Positron annihilation characteristics in multi-wall carbon nanotubes with different average diameters

L A Tuyen¹, Zs Kajcsos², K Lázár³, T D Tap⁴, D D Khiem¹, P T Phuc¹

¹Center for Nuclear Techniques-Vietnam Atomic Energy Institute, 217 Nguyentrai Street, District 1, Hochiminh City, Vietnam
²Institute for Particle and Nuclear Physics-Wigner Research Center for Physics, Hungarian Academy of Sciences, P.O.B. 49, H-1525 Budapest 114, Hungary (deceased)
³Centre for Energy Research, Institute of Isotopes, Hungarian Academy of Sciences, P.O.B 49, H-1525, Budapest 114, Hungary
⁴Department of Nuclear Physics-University of Natural Science, 227 Nguyenvancu Street, District 5, Hochiminh City, Vietnam

E-mail: tuyentluuanh@gmail.com

Abstract. Positron lifetime spectroscopy was used to study multi-wall carbon nanotubes. The measurements were performed in vacuum on the samples having different average diameters. The positron lifetime values depend on the nanotube diameter. The results also show an influence of the nanotube diameter on the positron annihilation intensity on the nanotube surface. The change in the annihilation probability is described and interpreted by the modified diffusion model introducing the positron escape rate from the nanotubes to their external surface.

1. Introduction
Soon after their discovery, multi-wall carbon nanotubes (MWNTs) became promising high technology materials with a wide variety of possible applications. The influence of synthesis conditions on the quality and physical properties of MWNTs was studied by various methods [1, 2, 3, 4, 5]. Recently, positron techniques have been considered to be useful methods for studying nanomaterials [4, 6, 7, 8, 9, 10, 11, 12, 13, 14]. The unique sensitivity of the positron techniques for probing properties and special imperfection structures of material is due to positron trapping in the low-electron density regions (such as surfaces, interstitial sites, free volumes, and voids) of real solids [15]. Early studies reported on different values of positron lifetime and annihilation probability on the surface of the nanotubes [4, 5, 7, 8, 9, 10]. Our previous study also showed that the presence of amorphous structure, the kind and concentration of defects as well as the presence of possible catalytic agents can affect the positron annihilation data. It was also indicated that the positron lifetime on the external surface of the nanotube could be related to the external surface area of the nanotube, which depends on the average nanotube diameter [6].

In the present work lifetime spectroscopy (LT) is used to study positron annihilation characteristics of high quality MWNT samples produced by Thermal Chemical Vapor Deposition (CVD) technique with different average diameters [2, 11]. The samples were carefully selected to avoid the influence of the amorphous fraction, of the defects as well as of the catalytic agents in the experimental data. Besides, a modified positron diffusion model for the nanomaterial was used to include the positron escape rate from the nanotubes in the positron annihilation probabilities.
2. Experimental

Samples of multiwall carbon nanotubes with average diameters \((d)\) in the range of 50-100 nm were investigated by transmission electron and atomic force microscopy \([2, 6, 11]\). The high quality samples were selected for LT measurements which will be referred to as M1 \((d\approx 50 \text{ nm})\), M2 \((d\approx 60 \text{ nm})\), M3 \((d\approx 75 \text{ nm})\), M4 \((d\approx 80 \text{ nm})\), M5 \((d\approx 90 \text{ nm})\) and M6 \((d\approx 100 \text{ nm})\). The powder samples were densely packed and pressed by c. 5 MPa into pellets. The \(^{22}\text{Na}\) source (of c. 20 MBq activity kept between thin Al foils) was inserted between two identical pellets and this sandwich was then covered with a thin Al foil. LT measurements were carried out with the sample in vacuum using a conventional fast-fast spectroscopy with a time resolution of 210 ps. The spectra were recorded in a Microfast 16k PC MCA with integral counts of \(2\times10^6\). Data evaluation was carried out using the LT v. 9 program applying a source correction of 10% and accounting for annihilation in the various aluminium foils.

3. Results and discussion

In our previous studies \([6, 11]\), the LT spectra of MWNTs samples were decomposed into three lifetime components. The short lifetime component \(\tau_1 (=215 \text{ ps})\) as case of positron annihilation in graphite \([9, 14]\) was assigned to originate from positron annihilation in the nanotubes, the characteristic lifetime \(\tau_2\) to the annihilation on the external surface of the nanotubes, and the longer lifetime component \(\tau_3 (=1 \text{ ns})\) was related to the formation of positronium in defects and/or free volumes \([6, 11]\). A similar result was also indicated by Kun et al \([9]\). However, for the high quality samples of this study, the long lifetime component \(\tau_3\) was not observed in any of the LT spectra. It seems that positronium formation is negligible in the high quality samples. The positron lifetime spectra are shown in figure 1.

![Figure 1. Positron lifetime spectra of the samples of various diameters](image1)

![Figure 2. Positron lifetimes versus the average diameter of the samples](image2)

Figure 1 shows the correlation between the positron lifetimes and the average nanotube diameter. The short lifetime and the mean lifetime component \((\tau_1\) and \(\tau_{\text{mean}}=(I_1\cdot\tau_1+I_2\cdot\tau_2)/(I_1+I_2),\) respectively,) of the positrons are decreasing upon increasing average nanotube diameter. Similarly, the mean positron lifetime was found to decrease with increasing particle size in ZnO \([16]\) and silver \([17]\) nanoparticles. Conversely, the characteristic lifetime \(\tau_2\) assigned to positron annihilation on the external surface of the nanotubes increases with increasing average nanotube diameter. The increase of the diameter of the nanotubes leads to an increase of the external surface area as well as the interstitial region volume among the nanotubes. Hence, the increase of \(\tau_2\) can be interpreted by assuming that the larger the diameter of the nanotube, the larger the chance for the positron to get attached to the external surface so the longer the resulting lifetime will become \([6, 11]\). This result may also explain many different values of the characteristic positron lifetime in the early experiments performed by different authors \([4, 5, 7, 8, 9, 10]\) and also reflects some conditions for MWNT synthesis with different average diameters (not shown here).
The result of the LT measurements indicate that the intensity of the positron lifetime component associated with the external surfaces is decreasing as a function of average nanotube diameter (figure 3). Actually, for the nanomaterial or the fine-grain powder, the surface to volume ratio is inversely proportional to the diameter but proportional to the escape probability of positron to the surface [15, 18]. This suggests that the escape probability of the positrons decreases with increasing nanoparticle diameter. To account for the latter, positron diffusion theory developed for nanomaterials was considered [13, 15]. We suppose that the diffusion length of the thermalized positrons in the MWNTs is approximately equal to that in the graphite material. Indeed, in MWNTs the distance between the coaxially rolled graphene sheets is approximately equal the distance between the graphene sheets in graphite (= 0.34 nm) [1, 5]. As a result, the thermalized positron diffusion length in MWNTs can be calculated by $L \approx \sqrt{\tau_f D} = 102$ nm, where, $\tau_f = 215$ ps and $D = 0.49 \times 10^{-4} m^2 s^{-1}$ are the bulk positron lifetime and the positron diffusion coefficient in the graphite material, respectively [9, 14]. Therefore, if the radius (half of the diameter) of the nanotube is below 100 nm, the thermalized positrons diffusing in the nanotube can escape to the external surface before annihilation [12]. The positron annihilation intensity on the external surface of the nanotube can be approximated as

$$I_2 \approx \frac{\alpha D}{\alpha D + d^2(\lambda_1 - \lambda_2)}$$

(1)

and the positron escape rate $k$ from the nanotube can be calculated using

$$k \approx \alpha D / d^2$$

(2)

where $\alpha$, $d$, $I_2$ are the shape and construction parameter of the nanotube, the average nanotube diameter and the annihilation intensity on the external surface of the nanotube, respectively. Additionally, $\lambda_1$ and $\lambda_2$ are the positron annihilation rates in and on the external surface of the nanotube. The value of $\alpha \approx 0.034$ determined by experimental data fitting of equation (1) was used for calculating the escape rate $k$ versus the average nanotube diameter in equation (2). The results show the influence of the the average nanotube diameter on the positron escape rate to the external surface of the nanotubes (figure 4). In the average nanotube diameter range below 30 nm (the small diameter range), the positron escape rate is very large, consequently the positron annihilation mainly occurs on the external surface of nanotubes. This is confirmed by the single lifetime component found in the small diameter MWNTs samples by the early studies [4, 5, 7]. Conversely, in the nanotube diameter range above 100 nm the escape rate is about one order of magnitude smaller than for the small diameter range, and the positrons predominantly annihilate.
in the nanotubes. The MWNT diameters in this study cover the range of 50-100 nm, therefore, the positrons annihilate both in and on the external surface of the nanotubes.

4. Conclusions
In this study, the correlation between the positron lifetimes with the average nanotube diameter was established for high quality multi-wall carbon nanotube samples produced by the Thermal CVD technique. The short and mean lifetime components decrease as the average nanotube diameter increases. The results also indicate the dependence on nanotube diameter of the probability of positron annihilation on the external surfaces of the nanotubes. A modified diffusion model was applied to the multi-wall nanotubes and an escape rate $k$ was introduced for the positrons from the nanotubes to the surface to properly account for the positron annihilation probability in and on the external surface of the nanotubes. The present study may contribute to a better understanding of positron annihilation in MWNTs and the obtained results will be applied to better control the synthesis process of nanotubes.

Acknowledgement
This study was supported by the inter-governmenatal scientific cooperation project TET 10-1-2011-0671 between Vietnam and Hungary, for which the authors express their sincere gratitude. Helpful discussions with Dr. L. Bottyán, Wigner Research Centre for Physics, Budapest are gratefully acknowledged.

References
[1] Gerard L J, Subramoney S, Ruoff R S, Berber S and Tomanek D 2002 Carbon 40 1123
[2] Thi P T, Han G H, Lee I H, Thanh L B and Chien D M 2007 Proc. Int. Workshop on Nanotechnology and Application (Vungtau-Vietnam) p 767
[3] Ishibashi S 2002 J. Phys.: Condens. Matter 14 9753
[4] Ito Y and Suzuki T 1999 Phys. Rev. B 60 15636
[5] Ohdaira T, Suzuki R, Kobayashi Y, Akahane T and Dai L 2002 Applied Surface Science 194 291
[6] Luu A T, Kajcsos Z, Thanh N D, Dung T Q, Nhon M V, Lázár K, Havancsák K, Huhn G, Horváth Z E, Tap T D, Son L T and Phuc P T 2009 Phys. Status Solidi C 6 2578
[7] Schaefer H E, Forter M and Wurschum R 1992 Phys. Rev B 45 12164
[8] Chakrabarti K, Nambissan P M G, Mukherjee C D, Bardhan K K, Kim C and Yang K S 2006 Carbon 44 948
[9] Kun M X, Ong E and Ji H Y 1999 Acta Phys. Sin. 8 783
[10] Kristiak J, Krstikova K and Sausa O 1994 Phys. Rev. B 50 2792
[11] Tuyen L A, Kajcsos Z, Thanh N D, Horváth Z E, Tap T D and Phuc P T 2011 Proc. Na. Conf. on Nuclear Science and Technology (Ninhthuan-Vietnam) (Hanoi: Science and Technique Publication House) p 809
[12] Murakami H and Sano M 2002 J. Phys. Soc. Jpn. 71 125
[13] Varisov A Z, Grafitin V I, Zaluzhnii A G, Ilyukhina O V, Myasishcheva G, Prokopev E P, Timoshenkov S P and Funtikov Y V 2008 J. Surface Investigation, X-Ray, Synchrotron and Neutron Techniques 2 959
[14] Brusa R S, Somoza A, Huck H, Tiengo N, Karwasz G P, Zecca A, Reinoso M and Halac E B 1999 Applied Surface Science 150 202
[15] Brandt W 1974 Appl. Phys. 5 1
[16] Sharmaa S K, Pujari P K, Sudarshan K, Dutta D, Mahapatra M, Godbole S V, Jayakumar O D and Tyagi A K 2009 Solid State Communications 149 550
[17] Mukherjee M, Chakravorty D and Nambissan P M G 1998 Phys. Rev. B 57 848
[18] Paulin R, Ripo R and Brandt W 1973 Phys. Rev. Letters 31 1214